Preparation and Characterization of Strongly Sulfonated Acid Block and Random Copolymer Membranes for Acetic Acid Esterification with 2-Propanol

Verónica Rosiles-González 1, Ronan Le Ladague 2®, Paulina Varguez-Catzim 1, María I. Loria-Bastarrachea 1, Abigail González-Díaz 3®, Emanuel Hernández-Núñez 4®, Manuel Aguilar-Vega 1 and María Ortencia González-Díaz 5,*

Abstract: In this paper, we report the synthesis of block and random copolymers of 2-acrylamido-2-methyl-1-propane sulfonic acid (AMPS) and methyl methacrylate (MMA), with different AMPS feed ratios. These solution-processable copolymers with strongly sulfonated acid groups resulted in membranes with tunable ion exchange (IEC) and water absorption capacities. AFM images confirmed the microphase separation of PAMPS-b-PMMA-1:1 block copolymer membrane, and the relationship between weight loss (20.3%) and swelling degree (68%) in 2-propanol.

Keywords: block copolymers; random copolymers; catalytic membranes; esterification; isopropyl acetate

1. Introduction

Over the years, polymeric membrane technology has been successfully applied in fuel cells, natural gas purification, gas water treatment, hydrogen recovery, and drug delivery systems that involve separation or transport processes [1–3]. Recently, catalytic membranes have been used in processes that involve chemical reactions wherein separation of the reaction products may or may not take place, such as in dehydrogenation reactions, selective oxidation, methane-steam reforming, the Fischer-Tropsch reaction, dimerization, and esterification and transesterification reactions [4–7]. In the field of esterification and transesterification reactions, catalytic membranes present the advantage of combining chemical conversion and molecular separation in one step, thereby reducing the separation cost [8] and presenting a low environmental impact [9]. Several solid acids and ionic polymers, such as zirconium sulfate (Zr(SO₄)₂), sulfonated polyethersulfone (SPES)/phosphotungstic...
Polymers (PWA), poly(styrene sulfonic acid) (PSSA), poly(2-acrylamido-2-methyl-1-propane sulfonic acid) (PAMPS), sulfonated polyphenyl sulfone (SPPS) or sulfonated polyether sulfone (SPES) with different sulfonation degrees (SD), embedded or blended in a polymeric matrix of poly(vinyl alcohol) (PVA), polyacrylonitrile (PAN), polyether sulfone (PES) or polyphenyl sulfone (PPS), have been explored as catalytic membranes for esterification and transesterification reactions [10–18]. Most of these catalytic membranes are blends of at least two different polymers that present a decrease in their catalytic stability on reusing the materials, which is attributed to the loss of solid acid or ionic polymer from the polymeric matrix [14]. Thus, the development of functional membranes with strong acid groups that allow higher catalytic efficiency without catalytic activity loss due to reuse is now required, to prepare new heterogeneous acid catalysts. Within this context, copolymers (either block or random) with rationally designed chemical structures could be considered new alternatives that are able to overcome the shortcomings of blends to form a catalytic membrane via these reactions. Both random and block copolymers are expected to prevent the loss of ionic polymers, which occurs with blending in the polymeric matrix due to the strong covalent bonds that link together the monomers in the macromolecule, increasing the membrane’s useful life and reusability in esterification/transesterification reactions. Moreover, in the case of block copolymers, it seems plausible that they are able to form micro-channels within the polymeric structure that will promote more effective transport of the reagents through the membrane.

Isopropyl acetate (IPOAc) is commercially produced for use in a wide range of chemical applications. It is used as an industrial solvent for synthetic resins and polymers such as vinyl copolymers, acrylics, polyesters, nitrocellulose, ethyl cellulose, epoxy resins, methacrylic resins, polyamides, and alkyds, and as a solvent in adhesive production, as well as in printing inks and as an aroma compound in perfumes [19,20]. Isopropyl acetate is produced in the liquid-phase esterification reaction of acetic acid with 2-propanol, in the presence of homogeneous or heterogeneous acidic catalysts [20]. In an industrial process, the unreacted acetic acid is recirculated in order to increase the overall yield, and the separation of the reaction products is carried out by reactive distillation, which involves high energy consumption [21]. The use of catalytic membranes as heterogeneous catalysts in the acetic acid (HAc) esterification reaction emerges as an attractive alternative that reduces the production cost due to energy savings, the elimination of the catalyst separation step, and because it is an environmentally friendly process. For example, Zhang et al. [22] used a catalytically active membrane with a composite structure of PVA/PES and ion-exchange resins in the esterification of acetic acid and n-butanol, reaching 71.9% and 91.4% conversion in a batch and pervaporation reactors at 85 ˚C, respectively. Caetano et al. [23] reached ~90% biodiesel conversion in the esterification of palmic acid with methanol, catalyzed by a PVA membrane crosslinked with sulfosuccinic acid (PVA_SSSA40) using a 1:63 alcohol:acid molar ratio at 60 ˚C. Recently, Wang et al. [24] elaborated a novel, highly porous membrane by crosslinking PVA with 5-sulfosalicylic acid. This membrane was used as a catalyst in the esterification of acetic acid and ethanol in a pervaporation membrane reactor (PVMR), and an acetic acid conversion of 98.4% was reached at 75 ˚C in 12 h. A new type of catalytic composite membrane, containing a support layer of commercial porous PAN, a middle layer of a dense sodium alginate (SA)/MoS2, and an upper layer of a PVA/p-hydroxybenzene sulfonic acid (Pha) blend was reported by Liu et al. [25]. The authors reported that the acetic acid conversion rate reached 94.3% under assisted pervaporation at 75 ˚C in 12 h, which is 29% higher than that of the batch reaction.

Thus, in the present work, we synthesized a series of block and random copolymers of 2-acrylamido-2-methyl-1-propane sulfonic acid (AMPS) and methyl methacrylate (MMA) with different AMPS feed ratios. In these copolymers, strongly acidic poly(2-acrylamido-2-methyl-1-propanesulfonic acid) (PAMPS) is expected to catalyze the esterification reaction, whereas poly(methyl methacrylate) (PMMA), due to its hydrophobic nature should control water swelling of PAMPS [20]. Physicochemical characterization and tests of the ion exchange capacity (IEC) and absorption capacity of PAMPS-b-PMMA and PAMPS-co-PMMA
as copolymers membranes were carried out, and their performance as heterogeneous catalysts on the acetic acid esterification with 2-propanol in a batch reactor are discussed.

2. Materials and Methods

2.1. Materials and Reagents

First, 2-acrylamido-2-methylpropane sulfonic acid (AMPS, 99%), sodium 2-acrylamido-2-methylpropanesulfonate (AMPSA, 50 wt% in H2O), methyl methacrylate (MMA, 99%), water (HPLC), potassium persulfate (KPS, ≥99.0%), methanol (MeOH, 99.9%), N,N-dimethylformamide (DMF, 99.8%), ethyl 2-bromoisobutyrate (EBiB, 98%), 2-propanol (99.8%) and 1,10-phenanthroline (phen) were purchased from Aldrich, Toluca (Edo. México) México. Acetic acid (HOAc, 99.9%) was supplied by Fermont, Monterrey (Nuevo León) México. MMA was purified by passing it through an inhibitor remover column. The [Ru(o-C6H4-2-py)(phen)(MeCN)2]PF6 catalyst was synthesized as previously reported elsewhere [26].

2.2. Synthesis of Block and Random Copolymers

For both copolymers (block and random), the [AMPS]₀: [MMA]₀ feed molar ratios were 1:1 and 1:2.

2.2.1. Synthesis of PAMPS-b-PMMA

The block copolymers were synthesized by radical polymerization, catalyzed by a ruthenium complex (Scheme 1), as reported previously by Martínez-Cornejo et al. [27]. In a typical synthesis, a 25-mL Schlenk flask was charged with AMPS (0.39 g, 1.88 mmol), [Ru(o-C6H4-2-py)(phen)(MeCN)2]PF6 (12.5 mg, 0.0185 mmol) and EBiB (2.75 µL, 0.0185 mmol), in 0.5 mL DMF at 80 °C for 16 h. A known amount of previously degassed MMA (1.88 or 3.76 mmol) was then added to the reaction mixture using a syringe under a N2 purge and the solution was heated again at 80 °C for 20 h. The resultant copolymer was poured into diethyl ether and the product obtained thereby was filtered. After dissolving in dichloromethane, the polymeric solution was purified through a silica gel column.

2.2.2. Synthesis of PAMPS-co-PMMA

The random copolymers were synthesized by free radical polymerization, using potassium persulfate (KPS) as an initiator. As reported by Shen et al. [28], AMPS-Na (3.68 mL, 9.68 mmol), KPS (0.3 mol %), a known amount of MMA (9.68 or 19.3 mmol), and previously deoxygenated water (0.5 mL) were introduced to a 50-mL Schlenk tube. The homogeneous mixture was degassed and the reaction tube was immersed in an oil bath at 60 °C. Polymerization was stopped after 2 h, and the reaction mixture was precipitated into ethanol. Finally, the copolymers were dried at 80 °C under vacuum for 24 h (see Scheme 2).
Scheme 2. Synthesis of PAMPS-co-PMMA by free radical polymerization.

2.3. Preparation of Dense Membranes

The dense membranes were prepared by the casting method, using 5% solutions of the copolymers. Two different solvents were used: methanol to dissolve PAMPS-b-PMMA and N,N-dimethylformamide (DMF) for PAMPS-co-PMMA. The solutions were poured into an aluminum ring, then the solvent was slowly evaporated at 30 and 80 °C, respectively. The membranes were dried under vacuum at 80 °C for 24 h. Finally, the PAMPS-co-PMMA membranes were immersed in a 1 M HCl methanol solution for 24 h to convert the sulfonate groups to acid.

2.4. Characterization

The 1H-NMR analyses were performed on a Varian NMR-600 spectrometer (Agilent technologies, Santa Clara, CA, USA), using CD3OD for PAMPS-b-PMMA and DMF-d7 for PAMPS-co-PMMA. An Agilent 1100 series GPC-SEC (Agilent technologies, Santa Clara, CA, USA), equipped with two columns (Zorbax 60-S and 1000-S) and a RI detector, was used to measure the molecular weights. A mobile phase (flow rate of 0.7 mL min⁻¹) of DMF with 0.05 % lithium bromide (LiBr) and PMMA standards was used for the analysis. A TA Instrument DSC 2920 (Columbus, OH, USA) calorimeter was used to evaluate the glass transition temperatures of the polymers at a heating rate of 10 °C/min, in a nitrogen atmosphere, between 50 °C and 200 °C. The surface morphology of the block copolymer membrane was analyzed with a tapping-mode atomic force microscope (AFM) using a Bruker Multimode 8 instrument (Bruker, Billerica, MA, USA).

The ion exchange capacity (IEC, mmol H⁺ g⁻¹) was measured using a titration method. First, 100 mg of membrane samples that had previously been dried were immersed in NaOH solution (0.1 M, 5 mL) at room temperature for 24 h [28]. Thereafter, the remaining solution was titrated with 0.02 N HCl, using phenolphthalein as an indicator. The IEC value was calculated by:

\[
\text{IEC (mmolg}^{-1}) = \frac{M_{\text{NaOH}}V_{\text{NaOH}} - M_{\text{HCl}}V_{\text{HCl}}}{W_s}
\]

where \(V_{\text{NaOH}}\) and \(M_{\text{NaOH}}\) are the NaOH volume consumed and the respective molarity; \(V_{\text{HCl}}\) and \(M_{\text{HCl}}\) are the volume and molarity of the HCl consumed in the titration, respectively; and \(W_s\) is the membrane sample weight.

Solvent uptake and weight loss: Dry membrane samples were immersed in 2-propanol or methanol (5 mL) for 5 days at 60 °C. The samples were blotted with filter paper and then weighed every 24 h. Finally, after 5 days, the samples were dried at 60 °C under vacuum for 24 h and weighed. The 2-propanol or methanol uptake (%) and % weight loss (WL) were calculated by:

\[
\text{Solvent uptake (}) = \frac{m - m_0}{m_0} \times 100
\]

\[
\text{WL} = \frac{m_0 - m_s}{m_0} \times 100
\]

where \(m - m_0\) is the weight difference between the swollen mass and initial mass of the membrane sample, and \(m_s\) is the dry sample mass after 2-propanol uptake.
2.5. Esterification Reaction Performance of Copolymer Membranes

The esterification reaction of acetic acid was carried out in a series of 12 mL screw-cap vials under stirring at 60 °C. In each vial, 20 mg of membrane, cut into small pieces, was immersed in 3 mL of 2-propanol for 24 h. The esterification reaction was then initiated with the addition of 0.25 mL of acetic acid; it was continued up to a reaction time of 29 h. Vials were removed at specified intervals and the titration technique with 1 M NaOH was used to quantify the esterification reaction kinetics. The conversion (C) to isopropyl acetate (IPOAc) was calculated using Equation (4) [22,29]:

\[
C = \left(1 - \frac{n_t}{n_o}\right) \times 100
\]

where \(n_o\) is the initial number of CH\(_3\)COOH moles and \(n_t\) is the number of CH\(_3\)COOH moles at time \(t\).

3. Results and Discussion

3.1. Synthesis and Characterization of PAMPS-b-PMMA

The PAMPS-b-PMMA copolymers were synthesized by atom transfer radical polymerization (ATRP), catalyzed by a ruthenium (II) complex. The chemical structure and composition of the block copolymers were confirmed by \(^1\)H-NMR, where the spectra (Figure 1a) exhibit the characteristic signals of each block (PMMA and PAMPS). Four signals at 1.54, 1.68, 1.93, and 3.10 ppm correspond to polymer backbone protons (a, b), methyl protons (c), and to methylene protons (d) adjacent to the acid group, respectively [27,30]. Moreover, with the incorporation of PMMA as a block, the copolymer shows the presence of broad peaks between 1.10 and 0.80 ppm (f) and around 3.62 ppm (g) due to main-chain protons [31].

The PAMPS-b-PMMA molar composition was calculated by the \(^1\)H-NMR integration ratio of the peaks, at 3.10 ppm from –CH\(_2\)- (d) of PAMPS and at 3.62 ppm from –CH\(_3\) (g) of PMMA. In this case, the molar compositions calculated by \(^1\)H-NMR were lower than the theoretical ones. For block copolymers with monomer concentrations and feed [AMPS]:[MMA] molar ratios of 1:1 (50/50 mol %) and 1:2 (33/67 mol %), the copolymer molar compositions found by NMR were 24/76 and 12/88 mol %, respectively, which is attributed to the fact that a low concentration of PAMPS macroinitiator chains allows the growth of a second PMMA block, due to the incompatibility of a purely hydrophilic ionic block (PAMPS) with the purely hydrophobic nature of PMMA [32].

Two different glass transition temperatures (T\(_g\)), associated with individual polymer PAMPS (124 °C) and PMMA (114 °C) blocks, were expected to be observed in the DSC curves, due to their inherent immiscibility [33,34]. However, as can be seen in Figure 2, no clear T\(_g\) was presented by the PAMPS-b-PMMA copolymers, which may be due to the large number of water molecules bound to the copolymer chains [34,35], the presence of chain interactions or crosslinking between the different functional groups, [28] and/or the close values of their T\(_g\)s.

The immiscibility of the amphiphilic block copolymers leads to microphase separation, where well-defined nanostructures can be obtained under the appropriate conditions [36,37]. In this context, the resultant morphologies of the block copolymer membrane (with 24% PAMPS and roughly 90 µm membrane thickness) were investigated after a prolonged or fast annealing step on silicon surfaces. Figure 3 shows the tapping-mode AFM images of PAMPS-b-PMMA-1:1 (24/76 mol%) when thermally annealed under vacuum at 120 °C for 72 h (Figure 3a) and when annealed using a microwave reactor for 180 s at 120 °C in a toluene environment (Figure 3b,c), as reported by B. Xiaojiang et al. [37].
Figure 1. (a) $^1$H-NMR spectrum of PAMPS-$b$-PMMA in CD$_3$OD and (b) PAMPS-co-PMMA in DMF-d$_7$. Molar composition [AMPS]$_o$/[MMA]$_o$ = 1/2.

Figure 2. The DSC second-heating curve of PAMPS-$b$-PMMA copolymer.
The membrane surface (Figure 3a) exhibits a microphase separation structure, where the paler regions are due to the hydrophobic component, while the darker regions represent the hydrophilic PAMPS domains, which appear dark because they contain a high water fraction [38]. However, a well-defined morphology was not obtained in the PAMPS-b-PMMA-1:1 membrane annealed at 120°C. Only segregated domains were observed, which was to be expected since it is difficult to obtain a completely ordered state by thermal annealing [39]. Meanwhile, the microwave-annealed PAMPS-b-PMMA-1:1 membrane (Figure 3b) clearly shows an array of almost hexagonally perforated layer (HPL) morphology. This ordered morphology is obtained due to the blocks’ composition (fPAMPS = 0.25), as well as the tendency of sulfonated block copolymers to produce hexagonally packed cylinders when exposed to a toluene environment [40,41]. These results confirm that PAMPS-b-PMMA block copolymers were obtained.

3.2. Synthesis and Characterization of PAMPS-co-PMMA

On the other hand, it is well known that polymers must have the appropriate properties for the fabrication of polymeric membranes for a particular application. For example, in the case of catalytic membranes for esterification or transesterification reactions, it is desirable for the polymers to present a high concentration of active sites (acid or base), adequate swelling properties, and membrane-forming ability, as well as high molecular weight, among other properties [18,20,27,42,43]. Thus, for comparison, random copolymers with the same theoretical molar composition were synthesized using the free radical polymerization technique; Figure 1 provides a representative 1H-NMR spectrum for each block and random copolymer with the highest PMMA concentration. The free-radical polymerization of AMPS with MMA using potassium persulfate (KPS) as an initiator in an aqueous medium was not successful. Therefore, it was necessary to use AMPS as its deprotonated sodium salt (AMPSA) and, subsequently, to protonate the formed copolymer to obtain PAMPS-co-PMMA. The 1H-NMR signals corresponding to each proton in the PAMPSA-co-PMMA were observed in the spectra (Figure 1b), which became broader and shifted slightly downfield when compared with PAMPS-b-PMMA. The molar composition could not be estimated by the integration ratio because of the overlapping between the aforementioned signals at 3.10 ppm (d) of PAMPS and at 3.62 ppm of (g) of PMMA. However, according to the IEC values, the theoretical composition in the feed agrees with that of the experimental one, as will be discussed later. In comparison with PAMPS-b-PMMA, PAMPS-co-PMMA random copolymers with higher PAMPS concentrations turn
out to be insoluble in methanol. For this reason, DMF-d$_7$ or DMF was used for their characterization and membrane preparation, respectively.

An important difference between random and block copolymers was found in their molecular weights and polydispersity index ($D$) values (see Table 1). The number-average molecular weights ($M_n$) and $D$ values for block copolymers PAMPS-$b$-PMMA were in the range of 68,000–78,500 and 1.45–1.48, respectively, whereas for PAMPS-$co$-PMMA random copolymers, these values increased by a factor of 5.4 and 5.8, with $D$ values ranging from 1.87 to 1.91. The reason for this behavior is that high molecular-weight polymers are formed immediately in free-radical polymerization and remain unchanged during the polymerization process, whereas in a living polymerization, such as ATRP, the number-average molecular weight increases linearly with conversion, leading to narrow molecular weight distribution [44].

**Table 1.** Composition and molecular weights of block and random copolymers.

| Copolymer       | PAMPS (%) mmol | PMMA (%) mmol | $M_n \times 10^{-4}$ (g mol$^{-1}$) | $M_w \times 10^{-4}$ (g mol$^{-1}$) | $D$ | IEC (mmol H$^+$/g$^-$) |
|-----------------|----------------|---------------|-----------------------------------|-----------------------------------|-----|----------------------|
| PAMPS-$b$-PMMA-1:1 | 24             | 76            | 7.85                              | 11.6                              | 1.48| 1.40                 |
| PAMPS-$b$-PMMA-1:1 | 12             | 88            | 6.80                              | 9.86                              | 1.45| 0.55                 |
| PAMPS-$co$-PMMA-1:1 | -              | -             | 42.5                              | 81.2                              | 1.91| 2.63                 |
| PAMPS-$co$-PMMA-1:1 | -              | -             | 39.7                              | 74.2                              | 1.87| 1.57                 |

* Molar composition, estimated by $^1$H-NMR; $^b$ IEC values, expressed as mmol H$^+$/g$^-$ of membrane; $^c$ molecular weights.

However, while both copolymers are capable of membrane-forming behavior, more flexible and practical membranes were obtained with high-molecular-weight PAMPS-$co$-PMMA copolymers.

### 3.3. Ion Exchange Capacity (IEC) and Swelling Degree

Ion exchange capacity (IEC), which indicates the total number of active sites in the membrane that may be able to catalyze a reaction, and swelling degree, which allows reagents to access sulfonic acid groups, are important parameters for evaluating the catalytic performance of a membrane [18,20,42]. The IEC value depends on the amount of PAMPS in the copolymer. The block copolymers with 12 and 25% PAMPS exhibited IEC values of 0.55 and 1.40 mmol H$^+$/g$^-$, respectively, whereas in the random copolymers, the IEC values were 2.63 and 1.57 mmol H$^+$/g$^-$ (see Table 1). These latter values corresponded to a PAMPS composition of 50 and 34% in the copolymers, which agrees with the theoretical feed molar ratios of [AMPS]$_o$: [MMA]$_o$ of 1:1 and 1:2 respectively. The IEC values of PAMPS-$b$-PMMA-1:1, PAMPS-$co$-PMMA-1:1 and PAMPS-$co$-PMMA-1:2 membranes were similar to those reported for a transesterification catalytic reaction for methyl-ester formation, ranging between 1.26 and 3.80 mmol H$^+$/g$^-$, and were higher than those for a Nafion-117 membrane (0.92 mmol H$^+$/g$^-$) [7,12,18,20,42].

Figures 4 and 5 show the swelling degree and weight loss values for PAMPS-$b$-PMMA and PAMPS-$co$-PMMA membranes. In addition, 2-propanol uptake values of 80% and 50.2% were found for membranes PAMPS-$b$-PMMA-1:1 and PAMPS-$b$-PMMA-1:2, respectively, due to the high hydrophilicity of PAMPS. These results indicate that 2-propanol uptake increases with the increase of PAMPS concentration in the copolymer. Both the PAMPS-$b$-PMMA membranes were completely soluble in methanol. It can also be seen that the stability of the membranes cast from PAMPS-$co$-PMMA increased when they were immersed in 2-propanol or methanol (see Figure 3), which is due to the high content of random sulfonic groups in the polymeric chain, which allows a certain degree of physical crosslinking via hydrogen bonding between the sulfonic functional groups present. In fact, the swelling degree of PAMPS-$co$-PMMA-1:1 and PAMPS-$co$-PMMA-1:2
diminishes considerably in 2-propanol, in comparison to membranes prepared with block copolymers. Moreover, the PAMPS-co-PMAA membranes were insoluble in methanol, presenting 100.5% and 81.3% methanol uptake, respectively. In comparison, the crosslinked PVA/PAMPS catalytic membranes reported by Corzo-González et al., prepared using poly(vinyl alcohol) (PVA) and PAMPS blends that are similar to PAMPS-co-PMAA random copolymer membranes, presented a methanol uptake increase of 50–60% with increasing PAMPS concentration from 10 to 30% in the blend [20]. This result confirms that the presence of the random sulfonic group in the material allows a certain degree of physical crosslinking that increases membrane stability in solution [45].

Moreover, as can be seen in Figure 5, the weight losses (WL, %), after 2-propanol immersion for 5 days, were 20.17 ± 1.7 and 19.7 ± 0.6 for the PAMPS-co-PMAA-1:1 and PAMPS-co-PMAA-1:2 membranes, respectively, whereas membranes made from PAMPS-b-PMAA copolymers presented WL values of 35.1 ± 2.5 and 31.3 ± 5.8, with feed [AMPS]:[MMA]₀ molar ratios of 1:1 and 1:2, respectively. The high weight-loss values in block copolymer membranes are attributed to their lower molecular weight, in comparison with those obtained in random copolymers. PAMPS-b-PMAA turned out to create fragile and slightly brittle membranes when submerged in 2-propanol, making it difficult to extract samples from the solvent for weighing in the WL experiment. Finally, the PAMPS-co-PMAA membranes presented WL values of around 50% after methanol immersion.

Due to their high IEC and degree of swelling in 2-propanol, as well as an optimal relationship between weight loss in 2-propanol and IEC, the PAMPS-co-PMAA-1:1 and PAMPS-b-PMAA-1:1 membranes were chosen to study their catalytic activity in the esterification reaction of acetic acid with 2-propanol.
3.4. Catalytic Performance in the Esterification Reaction

Figure 6 shows the kinetic reaction of the acetic acid esterification catalyzed by PAMPS-co-PMMA-1:1 or PAMPS-b-PMMA-1:1. In addition, the reaction was performed without a catalyst. It was observed that the esterification reaction proceeds even in the absence of the catalyst, due to the weak acidity of acetic acid. However, it barely reaches a 9% conversion in 29 h. Conversely, 17% isopropyl acetate conversion was obtained with the PAMPS-b-PMMA-1:1 membrane in the same period of time, despite its high IEC value (1.40 mmol H\textsuperscript{+} g\textsuperscript{−1}) and swelling degree (80%) in 2-propanol that allow the diffusion of the reactants to access sulfonic groups for catalyzing the esterification reaction. The low isopropyl acetate conversion of the PAMPS-b-PMMA-1:1 membrane could be attributed to its poor stability in solution and its high weight loss in 2-propanol (35.1%), making it difficult for it to absorb the moisture produced by the esterification reaction [46].

On the other hand, in the presence of a PAMPS-co-PMMA-1:1 catalytic membrane, the conversion is greatly accelerated compared to the PAMPS-b-PMMA-1:1 membrane, reaching 85% in 29 h. The result can be ascribed to the high IEC value (2.63 mmol H\textsuperscript{+} g\textsuperscript{−1}) and adequate 2-propanol uptake (68%), which allow reactants to diffuse through the swollen membrane and access the acid groups. Figure 6 shows a rapid isopropyl acetate conversion in the first 15 h, up to 75%. After that, there is a stabilization period in the following 14 h, with isopropyl acetate conversion at between 75 and 85%. The efficiency of PAMPS-b-PMMA-1:1 as a catalytic membrane in acetic acid esterification is expected to be enhanced in a hybrid process involving a catalytic reaction and pervaporation for reaction product extraction [22].

Table 2 shows the PAMPS-co-PMMA-1:1 catalytic performance for esterification, in comparison with Amberlyst and various PVA-based catalytic membranes [22,23,46,47]. Amberlyst 15 presented a slightly lower conversion rate (78%) at 75 °C in 29 h [46] than was observed for PAMPS-co-PMMA-1:1 at 60 °C. The membrane used by Nguyen et al. [47] was based on poly(styrene sulfonic acid) in a PVA matrix, whereas the second membrane used PVA as a polymeric matrix crosslinked with sulfosuccinic acid (SSA) [23]. Both PVA

Figure 5. Weight loss percentages for membranes PAMPS-b-PMMA and PAMPS-co-PMMA in 2-propanol and methanol.
membranes also presented a slightly lower conversion rate (70% and 83% respectively) than PAMPS-co-PMMA-1:1. If we compare these with a PVA/PES membrane embedded with ion-exchange resin, this clearly shows a lower conversion rate, even though the reaction was carried out at 75 °C.

![Figure 6. Isopropyl acetate conversion versus reaction time for PAMPS-b-PMMA-1:1 (▲), PAMPS-co-PMMA-1:1 (●), and without catalyst (■), at 60 °C for 29 h.](image)

Table 2. Esterification performance by Amberlyst and PVA-based acid catalytic membranes, in comparison with the PAMPS-co-PMMA-1:1 membrane reported in this work.

| Material                  | Ref. | T (°C) | IEC mmol H⁺g⁻¹ | Raw Material                  | Conversion (%) | Time (h) |
|---------------------------|------|--------|----------------|-------------------------------|----------------|----------|
| Amberlyst 15              | 46   | 75     | 4.75           | Acetic acid/2-propanol        | 78             | 29       |
| PVA/PSSH                  | 47   | 50     | -              | Propanoic acid/propanol       | 70             | 25       |
| PVA_SSA40                 | 23   | 60     | -              | Oleic acid/methanol           | -83            | 25       |
| PVA/PES/Ion-Exchange resin| 22   | 75     | -              | Acetic acid/n-butanol         | 68.2           | 20       |
| PAMPS-co-PMMA-1:1         | This work | 60 | 2.63           | Acetic acid/2-propanol        | 85.1           | 29       |

PVA: polyvinyl alcohol; SSA: sulfosuccinic acid; PSSH: poly(styrene sulfonic acid); PES: polyethersulfone.

Overall, the PAMPS-co-PMMA-1:1 catalytic membrane evinces a more efficient performance than a PVA/PSSH catalytic blend membrane [47], a PVA/PES membrane embedded with ion-exchange resin [22], and PVA cross-linked with sulfosuccinic acid, (SSA) [23] in terms of esterification reactions.

4. Conclusions

A series of block and random copolymers of MMA with different AMPS feed ratios were successfully synthesized via atom transfer radical polymerization (ATRP) catalyzed by a ruthenium(II) complex and free radical polymerization, respectively. Although these copolymers presented good film-forming ability, the PAMPS-co-PMMA random copolymers were more flexible and versatile membranes, due to their high molecular weight in comparison with block copolymers. PAMPS-co-PMMA membranes presented the highest IEC values (1.57–2.63 mmol H⁺g⁻¹), with 2-propanol uptake of between 34 and 68%, whereas PAMPS-b-PMMA exhibited IEC values and 2-propanol uptake in the range of...
0.55–1.40 mmol H+ g−1 and 50–80%, respectively. These results are well correlated with the increase in the molar composition of PAMPS in the copolymer. It was observed that the catalytic activity performance of the PAMPS-co-PMMA-1:1 membrane, as a heterogeneous catalyst in acetic acid esterification with 2-propanol at 60 °C, is more effective than in the membranes obtained with block copolymers. A conversion rate of 85% was obtained with this PAMPS-co-PMMA-1:1 membrane, which is expected to be enhanced in a hybrid process involving reaction and separation in one single unit.

**Author Contributions:** Data curation, V.R.-G. and P.V.-C.; funding acquisition, M.O.G.-D.; investigation, V.R.-G. and P.V.-C.; methodology, E.H.-N.; supervision, M.O.G.-D.; validation, M.I.L.-B.; writing—original draft, M.O.G.-D.; writing—review and editing, R.L.L., A.G.-D. and M.A.-V. All authors have read and agreed to the published version of the manuscript.

**Funding:** This research was funded by CONACYT México CB 286973.

**Acknowledgments:** The authors thank LANNBIO CINVESTAV-Merida (projects FOMIX-Yucatan 2008-108160, CONACyT LAB-2009-01 No. 123913, and CB20121 178947) for NMR spectroscopic analysis and the CONACyT grant 268595-2016 for Raman–AFM acquisition. V.R.G. acknowledges the support of CONACYT through grant 929315, and R.L.L. thanks the DGAPA—UNAM (PAPIIT project IN- 211522).

**Conflicts of Interest:** The authors declare that there is no conflict of interest.

**References**

1. Luo, S.; Zhang, Q.; Zhu, L.; Lin, H.; Kazanowska, B.; Doherty, C.; Hill, A.; Gao, P.; Guo, R. Highly selective and permeable microporous polymer membranes for hydrogen purification and CO2 removal from natural gas. *Chem. Mater.* 2018, 30, 5322–5332. [CrossRef]

2. Aguilar-Vega, M.; Perez-Padilla, Y.; Loria-Bastarrachea, M.I. Sulfonated membranes from random aramide copolyisophthalamides with increasing sulfonation degree: Characterization for possible use as solid electrolyte in fuel cell. *Polym. Plast. Technol. Eng.* 2015, 54, 711–718. [CrossRef]

3. Sequeira, R.S.; Miguel, S.P.; Cabral, C.S.D.; Moreira, A.F.; Ferreira, A.F.; Correia, I.J. Development of a poly(vinyl alcohol)/lysine nanofiber composite catalytic membranes via electrospinning for biodiesel production. *Bioresour. Technol.* 2019, 2595, 711–718. [CrossRef] [PubMed]

4. Shelepova, E.V.; Vedyagin, A.A. Intensification of the dehydrogenation process of different hydrocarbons in a catalytic membrane reactor. *Chem. Eng. Process. Process Intensif.* 2020, 155, 108072. [CrossRef]

5. Li, Y.L.; Zhang, W.; Li, W.; Xing, W. Optimization of dual-functional membrane and application for esterification enhancement. *Chem. Eng. Process. Process Intensif.* 2019, 139, 103–112. [CrossRef]

6. Zhang, J.; Li, X.; Song, Y.; Ji, Y.; Cui, Z.; Li, J.; Younas, M. Biodiesel production through heterogeneous catalysis using a novel poly(phenylene sulfide) catalytic membrane. *Energy Fuels* 2020, 34, 7422–7429. [CrossRef]

7. Heijnen, J.H.M.; De Bruijn, V.G.; Van den Broeke, L.J.P.; Keurentjes, J.T.F. Micellar catalysis for selective epoxidations of linear alkenes. *Chem. Eng. Process.* 2003, 42, 223–230. [CrossRef]

8. Abdallah, H. A review on catalytic membranes production and applications. *Bull. Chem. React. Eng. Catal.* 2017, 12, 136–156. [CrossRef]

9. Zhang, H.; Ding, J.; Qiu, Y.; Zhao, Z. Kinetics of esterification of acidified oil with different alcohols by a cation ion-exchange resin/polyethersulfone hybrid catalytic membrane. *Bioresour. Technol.* 2012, 112, 28–33. [CrossRef]

10. Shi, W.; He, B.; Cao, Y.; Li, J.; Yan, F.; Cui, Z.; Zou, Z.; Guo, S.; Qian, X. Continuous esterification to produce biodiesel by SPES/PES/NWF composite catalytic membrane in flow-through membrane reactor: Experimental and kinetic studies. *Bioresour. Technol.* 2013, 129, 100–107. [CrossRef]

11. Zhu, M.; He, B.; Shi, W.; Feng, Y.; Ding, J.; Li, J.; Zeng, F. Preparation and characterization of PSSA/PVA catalytic membrane for biodiesel production. *Fuel* 2010, 89, 2299–2304. [CrossRef]

12. Guerreiro, L.; Pereira, P.M.; Fonseca, I.M.; Martin-Aranda, R.M.; Ramos, A.M.; Diaz, J.M.L.; Oliveira, R.; Vital, J. PVA embedded hydrotalcite membranes as basic catalysts for biodiesel synthesis by soybean oil methanolysis. *Catal. Today* 2010, 156, 191–197. [CrossRef]

13. Casimiro, M.H.; Silva, A.G.; Alvarez, R.; Ferreira, L.M.; Ramos, A.M.; Vital, J. PVA supported catalytic membranes obtained by γ-irradiation for biodiesel production. *Radiat. Phys. Chem.* 2014, 94, 171–175. [CrossRef]

14. Shi, W.; He, B.; Li, J. Esterification of acidified oil with methanol by SPES/PES catalytic membrane. *Bioresour. Technol.* 2011, 102, 5389–5393. [CrossRef] [PubMed]

15. Shi, W.; Li, H.; Zhou, R.; Qin, X.; Zhang, H.; Su, Y.; Du, Q. Preparation and characterization of phosphotungstic acid/PVA nanofiber composite catalytically membrane via electrospinning for biodiesel production. *Fuel* 2016, 180, 759–766. [CrossRef]
16. Gómez-Trejo-López, E.; González-Díaz, M.O.; Aguilar-Vega, M. Waste cooking oil transesterification by sulfonated polyphenylsulfone catalytic membrane: Characterization and biodiesel production yield. *Renew. Energy* **2022**, *182*, 1219–1227. [CrossRef]

17. Shi, W.; Yang, M.; Li, H.; Zhou, R.; Zhang, H. Preparation and characterization of sulfonated poly(ether sulfone) (SPE)/phosphotungstic acid (PWA) hybrid membrane for biodiesel production. *Cat. Lett.* **2015**, *145*, 1581–1590. [CrossRef]

18. Corzo-González, Z.; Loria-Bastarrachea, M.I.; Hernández-Núñez, E.; Aguilar-Vega, M.; González-Díaz, M.O. Preparation and characterization of crosslinked PVA/PAMPS blends catalytic membranes for biodiesel production. *Polym. Bull.* **2017**, *74*, 2741–2754. [CrossRef]

19. Kuan, L.; Shih-Bo, H.; Wan-Jen, H.; Cheng-Ching, Y.; Ming-Jer, L.; Hsiao-Ping, H. Design and control of reactive distillation for ethyl and isopropyl acetates Production with Azetropic Feeds. *Chem. Eng.* **2007**, *62*, 878.

20. Qi, W.; Malone, M.F. Semibatch reactive distillation for isopropyl acetate synthesis. *Ind. Eng. Chem. Res.* **2011**, *50*, 1272–1277. [CrossRef]

21. Ohyama, K.O.; Shimada, N.; Tokumoto, Y.; Sakamoto, K.Z. Process for the Preparation of Isopropyl Acetate. U.S. Patent 5384426, 7 December 1993.

22. Zhang, W.; Qing, W.; Chen, N.; Ren, Z.; Chen, J.; Sun, W. Enhancement of esterification conversion using novel composite catalytically active pervaporation membranes. *J. Membr. Sci.* **2014**, *451*, 285–292. [CrossRef]

23. Caetano, C.S.; Guerreiro, L.; Fonseca, I.M.; Ramos, A.M.; Vital, J.; Castanheiro, J.E. Esterification of fatty acids to biodiesel over polymers with sulfonic acid groups. *App. Catal. A-Gen.* **2009**, *359*, 41–46. [CrossRef]

24. Wang, T.; Shi, J.; Liang, Y.; Han, J.; Tong, Y.; Li, W. Novel SPVA/g-C3N4-SA/PAN Pervaporation Membranes with Porous Catalytic Layers for Esterification Enhancement. *Ind. Eng. Chem. Res.* **2021**, *60*, 6089–6100. [CrossRef]

25. Liu, Q.; Shi, J.; Wang, T.; Dong, W.; Li, W.; Xing, W. A novel catalytic composite membrane with anti-swelling for enhancing esterification of acetic acid with ethanol. *Chem. Eng. J.* **2021**, *406*, 109736. [CrossRef]

26. Ryabov, D.A.; Le Lagadec, R.; Estevez, H.; Toscano, A.R.; Hernandez, S.; Alexandrova, L.; Kurova, S.V.; Fischer, A.; Sirlin, C.; Pfeffer, M. Synthesis, characterization, and electrochemistry of biorelevant photosensitive low potential orthometalated ruthenium complexes. *Inorg. Chem.* **2021**, *60*, 222–230. [CrossRef]

27. Martínez-Cornejo, V.; Velázquez-Roblero, J.; Rosiles-González, V.; Correa-Duran, M.; Avila-Ortega, A.; Hernández-Núñez, E.; Le Lagadec, R.; González-Díaz, M.O. Synthesis of poly(2-acrylamido-2-methylpropane sulfonic acid) and its block copolymers with methyl methacrylate and 2-hydroxymethyl methacrylate by quasiliving radical polymerization catalyzed by a cyclometalated ruthenium (II) complex. *Polymers* **2020**, *12*, 1663. [CrossRef]

28. Shen, Y.; Xi, J.; Qiu, X.; Zhu, W. A new proton conducting membrane based on copolymer of methyl methacrylate and 2-acrylamido-2-methyloxazoline sulfonic acid for direct methanol fuel cells. *Electrochim. Acta* **2007**, *52*, 6956–6961. [CrossRef]

29. Bagnell, L.; Cavell, K.; Hodges, A.M.; Mau, A.W.H.; Seen, A.J. The use of catalytically active pervaporation membranes in esterification reactions to simultaneously increase product yield, membrane perme selectivity and flux. *J. Membr. Sci.* **1993**, *85*, 291–299. [CrossRef]

30. Nadim, E.; Bouhendi, H.; Ziaee, F.; Nouri, A. Kinetic study of the aqueous free-radical polymerization of 2-acrylamido-2-methyl-1-propanesulfonic acid via an online proton nuclear magnetic resonance technique. *J. Appl. Polym. Sci.* **2012**, *126*, 156–161. [CrossRef]

31. Vargas, N.A.; Espinosa, J.N.; Lopez, M.S.; Ryabov, D.A.; Le Lagadec, R.; Alexandrova, L. Light-driven livingcontrolled radical polymerization of hydrophobic monomers catalyzed by ruthenium (II) metalacycles. *Macromolecules* **2012**, *45*, 8135–8146. [CrossRef]

32. Evdokia, K.O.; Aiakaterini, B.; Georgios, B.; Joannis, K.K. Poly (sodium styrene sulfonate)-b-poly(methyl methacrylate) di-block copolymers through direct atom transfer radical polymerization: Influence of hydrophilic-hydrophobic balance on dialysis performance. *Polymers* **2019**, *180*, 121680. [CrossRef]

33. Lowe, A.B.; McCormick, C.L. Reversible addition–fragmentation chain transfer (RAFT) radical polymerization and the synthesis of water-soluble (co)polymers under homogeneous conditions in organic and aqueous media. *Prog. Polym. Sci.* **2007**, *32*, 283–351. [CrossRef]

34. Mincheva, R.; Paneva, D.; Mespouille, L.; Manolova, N.; Rashkov, I.; Dubois, P. Optimized water-based ATRP of an anionic monomer: Comprehension and properties characterization. *J. Polym. Sci. Part A Polym. Chem.* **2009**, *47*, 1108–1119. [CrossRef]

35. Vukovic, I.; Brinke, G.T.; Loos, K. Hexagonally perforated layer morphology in PS-b-P4VP(DPP) supramolecules. *Macromolecules* **2012**, *45*, 9409–9418. [CrossRef]

36. Zhang, X.; Harris, K.D.; Wu, N.L.Y.; Murphy, J.N.; Buriak, J.M. Fast assembly of ordered block copolymer nanostructures through microwave annealing. *ACS Nano* **2010**, *4*, 7021–7029. [CrossRef]

37. Jung, B.; Kim, B.; Yang, J.M. Transport of methanol and protons through partially sulfonated polyblend membranes for direct methanol fuel cell. *J. Membr. Sci.* **2004**, *245*, 61–69. [CrossRef]

38. Park, C.; Yoon, J.; Thomas, E.L. Enabling nanotechnology with self-assembled block copolymer patterns. *Polymer* **2003**, *44*, 6725–6760. [CrossRef]

39. Truong, P.V.; Black, R.L.; Coote, J.P.; Lee, B.; Ardebeli, H.; Stein, G.E. Systematic approaches to tailor the morphologies and transport properties of solution-cast sulfonated pentablock copolymers. *ACS Appl. Polym. Mater.* **2019**, *1*, 8–17. [CrossRef]
41. Park, M.J.; Kim, S.Y. Ion transport in sulfonated polymers. *J. Polym. Sci. Part B Polym. Phys.* 2013, 51, 481–493. [CrossRef]
42. Aca-Aca, G.; Loria-Bastarrachea, M.I.; Ruiz-Treviño, F.A.; Aguilar-Vega, M. Transesterification of soybean oil by PAAc catalytic membrane: Sorption properties and reactive performance for biodiesel production. *Renew. Energy* 2018, 116, 250–257. [CrossRef]
43. Talebian-Kiakalaieh, A.; Amin, N.A.S.; Mazaheri, H. A review on novel processes of biodiesel production from waste cooking oil. *Appl. Energy* 2013, 104, 683–717. [CrossRef]
44. Odian, G. *Principles of Polymerization*, 4th ed.; John Wiley & Sons, Inc.: Hoboken, NJ, USA, 2004.
45. Chi-An, D.; Chun-Jie, C.; An-Cheng, K.; Wei-Bor, T.; Wen-Shiang, C.; Wei-Ming, L.; Wen-Pin, S.; Chien-Ching, M. Polymer Actuator Based on PVA/PAMPS Ionic Membrane: Optimization of Ionic Transport Properties. *Sens. Actuator A Phys.* 2009, 155, 152–162.
46. Sanz, M.T.; Gmehling, J. Esterification of fatty acids to biodiesel over polymers with sulfonic pervaporation part (I): Kinetics and pervaporation studies. *Chem. Eng. J.* 2006, 123, 1–8. [CrossRef]
47. Nguyen, Q.T.; M’Bareck, C.O.; David, M.O.; Métayer, M.; Alexandre, S. Ion exchange membranes made of semi-interpenetrating polymer networks, used for pervaporation-assisted esterification and ion transport. *Mat. Res. Innov.* 2003, 7, 212–219. [CrossRef]